Ir 1−x Pt x Te 2 is an interesting system showing competing phenomenon between structural instability and superconductivity. Due to the large atomic numbers of Ir and Te, the spin-orbital coupling is expected to be strong in the system which may lead to nonconventional superconductivity. We grew single crystal samples of this system and investigated their electronic properties. In particular, we performed optical spectroscopic measurements, in combination with density function calculations, on the undoped compound IrTe 2 in an effort to elucidate the origin of the structural phase transition at 280 K. The measurement revealed a dramatic reconstruction of band structure and a significant reduction of conducting carriers below the phase transition. We elaborate that the transition is not driven by the density wave type instability but caused by the crystal field effect which further splits/separates the energy levels of Te (p x , p y ) and Te p z bands.
Transition metal dichalcogenides are layered compounds exhibiting a variety of different ground states and physical properties. Among the different polytypes, the compounds with 1T and 2H structural forms TX 2 (T=transition metal, X=chalcogen) have attracted particular attention. Those compounds consist of stacked layers of 2D-triangular lattices of transition metals (e.g., Ti, Ta or Nb) sandwiched between layers of chalcogen atoms (e.g., S, Se or Te) with octahedral and trigonal prismatic coordinations, respectively [1] [2] [3] . The low dimensionality of those systems often leads to charge density wave (CDW) instability [2] [3] [4] [5] [6] [7] [8] [9] [10] .
Yet, a number of those CDW-bearing materials are also superconducting [4] [5] [6] [7] . The interplay between the two very different cooperative electronic phenomena is one of the fundamental interests of condensed-matter physics. Recently, the 5d transitional metal ditelleride IrTe 2 has added to the interest. The compound has a layered 1T structure consisting of edgesharing IrTe 6 octahedra (see Fig. 1 (a)-(c)), and exhibits a structural phase transition near 270 K [11] . The transition leads to sharp changes in resistivity and magnetic susceptibility.
It was found very recently that both Pt or Pd intercalations and substitutions could induce bulk superconductivity with T c up to ∼ 3 K [12] [13] [14] [15] . Since both Ir and Te possess large atomic numbers, strong spin-orbital coupling must be present in those compounds, which may induce topologically nontrivial state. There is a possibility that the Pt or Pd intercalated or substituted compounds are better candidates for topological superconductors due to its improved superconductivity in comparison with Cu x Bi 2 Se 3 [16] [17] [18] .
Understanding the structural phase transition is a crucial step towards understanding the electronic properties of the system. Up to now, there have been very limited studies on the origin of the structural phase transition near 270 K. Structural characterizations indicated that the transition is accompanied by the appearance of superstructure peaks with wave vector of q=(1/5, 0, -1/5), which may match with the Fermi surface (FS) nesting wave vector from theoretical calculations [13] . Therefore, the transition was suggested to be a CDW phase transition with involvement of orbital degree [13] , and the superconductivity competed with the CDW in a quantum critial point-like manner. On the other hand, a recent Ir 4f XPS study on IrTe 2 suggested that the low temperature phase of IrTe 2 was accompanied by the establishment of weak modulation of Ir 5d t 2g electron density and the structural phase transition of IrTe 2 was argued to be an orbitally-induced Peierls transition [14] , being similar to the structural transition of spinel-type CuIr 2 S 4 [19] .
In this work, we present a detailed optical spectroscopic study on well characterized 2 Ir 1−x Pt x Te 2 (x= 0, 0.05) single crystal samples. We find that the structural phase transition in the undoped compound is associated with the sudden reconstruction of band structure over a broad energy scale up to at least 2 eV. Although the carrier density is significantly reduced after the phase transition, yielding evidence for a reduced FS area, we could not identify any energy gap associated with the transition with a characteristic lineshape from the coherent factor of density wave collective phenomenon. In combination with the density function calculations, we elaborate that the structural phase transition is not of a density wave type but of a different origin. A novel explanation is proposed to explain the structural instability of this interesting material in terms of experimental and band structural calculation results. c=5.3970(8)Å with space group P3m1, which is consistent with the previous report [11, 20] .
Results
Compared with pure IrTe 2 , the major peaks of Ir 0.95 Pt 0.05 Te 2 shift toward lower 2θ, while they could be indexed by the same structure, resulting in slightly different lattice parameters:
longer a=3.9394(1)Å and shorter c=5.3890(5)Å. The evolution of the lattice parameters is quite consistent with the previous report on polycrystalline samples [12] . The minor extra peak denoted by asterisks were determined to be Te phase, possibly from some Te flux remaining on the crystal surfaces. due to electron-phonon interactions. However, after 3% Pt doped into IrTe 2 , the transition temperature suddenly descends to 130 K (cooling process); With 5% Pt doping, the phase transition is completely absent. Above the transition temperatures all the ρ/ρ 300K resistivity curves could be perfectly scaled together. We find that, while some of the pure IrTe 2 crystals just show flat residual resistivity at low temperature as shown in Fig. 2 (a) , some others grown from the same batch exhibit sharp drops at 2.5 K in ρ(T) curve. We applied magnetic field to the latter and found that the transition temperature reduced to 1.5 K under 1 Tesla with field parallel to ab−plane, as shown in Fig. 2 (d) . The feature is analogous to the resistivity behavior of superconductivity. Nevertheless, no anomaly could be identified in the specific heat measurement down to 0.5 K [the inset of Fig.2 (c) ]. The measurement revealed filament superconductivity in some of the crystals, possibly originated from Ir vacancies or excess Te in the samples. Bulk superconductivity is seen in Pt doped samples, similar to polycrystalline samples [12] . impurities. The observation of diamagnetic susceptibilities even above the structural phase transition is different from the several recent reports on polycrystalline samples [11] [12] [13] . In an earlier report, diamagnetism was observed in the entirely measured temperature range below 300 K, however no phase transition could be seen in the experimental data [20] . We emphasize that our measurements are performed on single crystal samples and are more reliable. As we shall see below from optical measurement, all samples are metallic both above and below structural phase transitions, the observation of diamagnetism is rather surprising. This is because, for metallic compounds, the diamagnetism is usually a weak effect and the Pauli paramagnetism should dominate the magnetic susceptibility. As we shall explain below, this peculiar property is related to the valence state of Ir 3+ which leads to more closed shells.
We performed the specific heat measurements over broad temperature range (0.5 K ∼ 300 K) for the compounds. As illustrated in Fig. 2 (c), a very pronounced sharp peak appears near 280 K for the undoped compound. The characteristic δ-like shape of the peak reveals a first order phase transition. In the low temperature range, the specific heat follows the Below we shall focus on the structural phase transition near 280 K. Fig. 3 (a) presents the reflectance curves below 27500 cm −1 . The inset is the expanded low frequency range below 3000 cm −1 . All the spectra approach to unity at zero frequency and good metallic response can be seen both above and below the phase transition. In both high and low temperature phases, R(ω) shows relatively small change with a variation of temperature. However, a huge spectral change occurs on cooling the sample across the first order phase transition at 280 K. The reflectance values below roughly 15000 cm −1 in the high temperature phase is significantly higher than those in the low temperature phase, suggesting much higher Drude spectral weight in the high temperature phase. This is seen clearly from the low frequency optical conductivity spectra shown in Fig. 3 (b) .
Since the spectral weight of the Drude component is proportional to the square of the plasma frequency ω To quantify the spectral change, particularly the evolution of the Drude component, across the phase transition, we tried to decompose the optical conductivity spectral into different components using a Drude-Lorentz analysis. The dielectric function has the form
where ǫ ∞ is the dielectric constant at high energy, and the middle and last terms are the Drude and Lorentz components, respectively. The Drude component represents the contribution from conduction electrons, while the Lorentz components describe the interband transitions. We found that the optical conductivity spectra below 25000 cm −1 could be reasonably reproduced by one Drude and four Lorentz components. The scattering rate at 250 K is higher than the value at 300 K, which is consistent with the observation of dc resistivity measurement showing a higher resistivity near 250 K after the jump at the transition. It is noted that the ratio of the square of the plasma frequency at low temperature phase to that at high temperature phase is about 0.56. Provided that the effective mass of the itinerant carriers remains unchanged, the measurement reveals that roughly 44% itinerant carriers are lost after the first order phase transition. This is in agreement with our specific heat estimation and the NMR measurement result [21] . The suppressed Drude spectral weight is transferred to higher energies due to the band reconstruction. The reduced spectral weight is recovered roughly at the frequency of 25000 cm −1 . This may explain the observed intensity change.
Discussion
Understanding the origin of the structural phase transition is a key to the understanding of electronic properties of the system. The transition was suggested to be a kind of charge density wave with some involvement of Ir 5d orbitals [13] . However, our present measurement suggests against a density wave type phase transition. It is known that a hallmark of the density-wave type transition is the formation of an energy gap in the single particle excitation spectrum near the Fermi level [22] , resulting in the lowering of the total energy of the system.
Within the scheme of the BCS theory for density wave condensate, the opening of energy gap leads to a characteristic peak feature just above the energy gap in optical conductivity due to the effect of so-called "type-I coherent factor" [22] . The energy scale of the gap is related to the transition temperature, for example, 2∆/T DW ∼ 3.5 under the weak-coupling BCS theory. However, in the present case, no such energy gap at low energy, or in the energy range with much larger gap value, could be identified from the optical conductivity spectra.
As we discussed above, the spectral change occurs over a very broad energy range up to 25000 cm −1 , which is attributed to the reconstruction of the band structure associated with the phase transition. Furthermore, according to all available structural investigation, all Ir sites are still equivalent even in the low temperature low symmetry phase [11] . As a result, the structural phase transition is not likely to be driven by the so-called orbital-driven Peierls transition as well. A recent angle-resolved photoemission spectroscopy (ARPES) study is in agreement with the present conclusion. [23] To gain insight into the nature of the structural phase transition, we have carefully examined the structural characteristic and its change across the phase transition and per- [20] . The charge balance of this compound is close to Ir
the Iridium ion is close to 5d 6 . Another piece of important information yielded from the available structural investigation is that the structural distortion below the phase transition mainly causes a reduction of the Te-Te bond length between the upper and lower planes of the IrTe 6 octahedra slabs from 3.528Å to 3.083Å (i.e. d 3 in Fig. 1 (c) ). Fig. 1 (c) ), respectively [11] . Those structural characteristics provide hint on the origin of the structural phase transition.
In the following we shall propose a novel interpretation for the structural phase transition.
Since the Ir sits in the octahedral crystal field formed by Te, the Ir 5d level would split into
The six 5d 6 electrons would mainly occupy the t 2g levels, leading to almost fully filled t 2g bands. Although there must be some hybridizations between Ir 5d and Te 5p orbitals, the states near the Fermi level should be dominantly contributed by the Te 5p orbitals. Indeed, this was confirmed by the local-density approximation (LDA) band structure calculations as presented in Fig. 5 . Therefore, as a simplified picture, we shall only consider the Te 5p (p x , p y , p z ) orbitals which accommodate roughly 5.5 electrons. Figure 5 (a) and (c) show the band dispersions and density of state (DOS) of IrTe 2 using the experimentally determined crystal structures at high temperature phase [11] . In the calculations, we have taken into account of the spin-orbital coupling and applied the generalized gradient approximation (GGA) for the exchange-correlation potential. There are two bands crossing Fermi level if looking along Γ-M line. One is closer to Γ which is contributed dominantly from the Te 5p x and 5p y orbitals and is largely filled; the other one, being contributed dominantly from Te 5p z orbtial, is more dispersive and crosses E F at higher momentum position. The resultant two FSs at high temperature phase are plotted in Fig. 5 (e) . The results are in agreement with the recently reported work [13] .
However, our calculated Lindhard response function does not show strong features at any wave vector. The FS itself is not likely to drive a density wave type instability.
Because the structural phase transition mainly causes a suppression of the IrTe 6 octahedral along the c-axis, it is expected that the structural distortion would further split/separate the Te p z band from the Te (p x , p y ) band (a schematic picture is illustrated in the inset of Fig. 5 (d) ). The Te (p x , p y ) band is further lowered and filled, while the Te p z band is largely broadened and less occupied. As a consequence, both the inner and outer FSs would become smaller. This is indeed the case in our LDA calculation with a shortened Te-Te bond length of d 3 in terms of the available crystal structure at low temperature phase [11] , as shown in Fig. 5 (b) , (d) and (f). Our calculations also indicate a reduction of the density of sate (DOS) at Fermi level from N(E F )=2.161 to 1.335 states/eV f.u., i.e. roughly a 40 % loss, which could qualitatively interpret the specific heat and optical results. The increased occupation of the further lowered Te (p x , p y ) energy levels would result in a decrease of the kinetic energy of the electrons, which should be the driving force for the transition.
Finally, we comment on the striking diamagnetism observed in magnetic susceptibility measurement for those samples. As mentioned above, the valence state of Ir is Ir 3+ , the 5d 
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The authors declare that they have no competing financial interests. resultant Fermi surfaces ((e) and (f)) in terms of the reported structural data [11] at high and low temperature phases, respectively.
